Electronic Interactions between "Pea" and "Pod"

Gao, Jia; Blondeau, Pascal; Salice, Patrizio; Menna, Enzo; Bartova, Barbora; Hebert, Cecile; Leschner, Jens; Kaiser, Ute; Milko, Matus; Ambrosch-Draxl, Claudia

Published in:
Small

DOI:
10.1002/smll.201100319

IMPORTANT NOTE: You are advised to consult the publisher's version (publisher's PDF) if you wish to cite from it. Please check the document version below.

Document Version
Publisher's PDF, also known as Version of record

Publication date:
2011

Link to publication in University of Groningen/UMCG research database

Citation for published version (APA):

Copyright
Other than for strictly personal use, it is not permitted to download or to forward/distribute the text or part of it without the consent of the author(s) and/or copyright holder(s), unless the work is under an open content license (like Creative Commons).

Take-down policy
If you believe that this document breaches copyright please contact us providing details, and we will remove access to the work immediately and investigate your claim.

Downloaded from the University of Groningen/UMCG research database (Pure): http://www.rug.nl/research/portal. For technical reasons the number of authors shown on this cover page is limited to 10 maximum.

Download date: 22-04-2019
Electronic Interactions between “Pea” and “Pod”: The Case of Oligothiophenes Encapsulated in Carbon Nanotubes

Jia Gao, Pascal Blondeau, Patrizio Salice, Enzo Menna,* Barbora Bártová, Cécile Hébert, * Jens Leschner, Ute Kaiser, Matus Milko, Claudia Ambrosch-Draxl,* and Maria Antonietta Loi*

One of the most challenging strategies to achieve tunable nanophotonic devices is to build robust nanohybrids with variable emission in the visible spectral range, while keeping the merits of pristine single-walled carbon nanotubes (SWNTs). This goal is realized by filling SWNTs (“pods”) with a series of oligothiophene molecules (“peas”). The physical properties of these peapods are depicted by using aberration-corrected high-resolution transmission electron microscopy, Raman spectroscopy, and other optical methods including steady-state and time-resolved measurements. Visible photoluminescence with quantum yields up to 30% is observed for all the hybrids. The underlying electronic structure is investigated by density functional theory calculations for a series of peapods with different molecular lengths and tube diameters, which demonstrate that van der Waals interactions are the bonding mechanism between the encapsulated molecule and the tube.

1. Introduction

Nano-optoelectronics is the field in which the potential of single-walled carbon nanotubes (SWNTs) is greatest. However, despite the recent progress in nanoelectronics and photonic devices with SWNTs as active material,[1–3] such devices are limited to the near-infrared (NIR) region due to the intrinsically small bandgaps of SWNTs. Thanks to their particular size and geometry, the possibility to insert molecules as “peas” in the SWNT “pod” allows for them to be made optically active in the visible region. The encapsulation of molecules inside carbon nanotubes not only offers the opportunity of tuning the properties of the new hybrids but also keeps the peculiar physical properties of SWNTs.

After the first synthesis of organic “peapods” with encapsulated fullerenes (C₆₀) in carbon nanotubes,[4] the hollow space of these carbon cages attracted increasing interest. In the past decade, many materials, including metallofullerenes,
metallocenes, organometallic molecules, and nanocrystals, have been successfully confined in the nanosized inner cavity of carbon nanotubes.\cite{5-14} Up to now, however, only a few cases of filling SWNTs with complex organic molecules have been demonstrated.\cite{15-21} Recently, the very first peapods with photoluminescence (PL) emission in the visible spectral range have been demonstrated by our team\cite{22,23} by encapsulating $\alpha$-sexithiophene (6T) inside SWNTs. $\alpha$-Oligothiophenes are electron-rich and chemically stable conjugated oligomers, renowned for their superb optoelectronic properties and wide applications as active components in organic devices.\cite{24-27} It is their linear conformation that makes them good candidates as guest molecules for peapod-like hybrids.

Herein, we present a study of the physical properties and electronic interactions in a series of peapods where thiophene oligomers, namely, $\alpha$-quaterthiophene (4T), $\alpha$-quinquethiophene (5T), and $\alpha$-sexithiophene (6T), are encapsulated in SWNTs. The filling of the SWNTs is directly observed with aberration-corrected high-resolution transmission electron microscopy (AC-HRTEM) and further verified by Raman spectroscopy. Moreover, time-dependent AC-HRTEM images show the large mobility of the encapsulated molecules inside the SWNTs. As previously reported for the 6T peapod, the rest of the series also shows considerable PL quantum yields derived from the limited electronic interaction between the SWNTs and the oligothiophenes. Density functional theory (DFT) calculations confirm this finding and show how the electronic structure of the hybrid depends on the tube diameter and molecular length. It is shown that the interaction is purely van der Waals (vdW) like as the tube diameters are sufficiently large to perfectly accommodate the peas.

2. Results and Discussion

2.1. Synthesis of Peapods

Peapods were obtained by following a vapor-phase method based on the sublimation of the oligothiophenes in the presence of purified SWNTs in a sealed quartz tube at low pressure. The resulting adducts (4T@SWNT, 5T@SWNT, and 6T@SWNT; Figure 1) were separated from the nonencapsulated molecules by extensive washing with solvent and by treatment at reduced pressure to sublimate the molecules adsorbed on the external SWNT wall. The details of the reaction conditions and the washing procedure are presented in the Experimental Section.

2.2. AC-HRTEM

Figure 2 shows AC-HRTEM images of conjugated molecules inside the nanotube, namely 5T@SWNT. Since 6T-based peapods have already been investigated,\cite{22} we concentrated on the 5T samples that turned out to be representative for all the sample series. Not only do the AC-HRTEM images reveal the successful encapsulation of the oligomers but also, as already found for 6T@SWNT,\cite{22} they show two arrays of 5T molecules accommodated along the sidewalls of the tube. Time-dependent AC-HRTEM images show that the distance between the 5T molecules and the tube wall varies in the range of 0.26–0.39 nm over the period of observation. The 5T molecules bend and rotate inside the tube: during the observation the distance between the molecules along the direction perpendicular to the tube axis varies from

![Figure 1](image1.png)

**Figure 1.** Scheme illustrating the encapsulation of $\alpha$-quaterthiophene (4T), $\alpha$-quinquethiophene (5T), and $\alpha$-sexithiophene (6T) in SWNTs resulting in the corresponding peapods, labeled 4T@SWNT, 5T@SWNT, and 6T@SWNT. The carbon, hydrogen, and sulfur atoms of the oligothiophenes are represented in blue, white, and yellow, respectively. $T_{\text{enc}}$ = encapsulation temperature.
Electronic Interactions of Oligothiophenes Encapsulated in Carbon Nanotubes

The weak contrast observed could be assigned to both configurations. Later on, the molecules align in a configuration parallel to the electron beam and stronger contrast can be seen, although it is clear from the measured images that the molecules are bent. At the end of the observation (after 8.8 min), the contrast gets weaker again in one part of the SWNT. We conclude that a relatively long time (∼10 min) of observation at 80 kV has no destructive effect on the peapod, and that the encapsulated molecule is rotating inside the SWNT.

2.3. Raman Spectroscopy

Raman spectroscopy is one of the most useful techniques to demonstrate the encapsulation of molecules inside SWNTs. In Figure 4, the Raman spectra measured for all peapods and control samples excited at a 488 nm laser line are reported. At this excitation wavelength, the control experiment is particularly valuable since the oligothiophene Raman spectrum could not be measured due to the strong PL. Additional measurements were performed with a 633 nm laser excitation. The corresponding results are shown in the Supporting Information (Figure 1). After encapsulation, the radial breathing mode (RBM) bands of the SWNT are upshifted, as shown in Figure 4b,e,h. Such behavior is not observed for the control experiments in which the SWNTs and the oligomers are mixed. This change can be ascribed to hardening and stiffening of C–C bonds and it is in good agreement with previously reported characterizations of fullerene-based peapod materials.[21,28] Indeed, the variation in frequency of the RBM is symptomatic of the inclusion of entities in the hollow space of the SWNTs. The technique also allows estimation of the filling ratio of the SWNTs with different oligomers by looking at the intensity of the molecular vibrations. From this analysis the highest filling ratio is obtained for 6T while the filling for the 4T is poor. However, it is important to underline that only qualitative data can be obtained in this way because of the different resonance conditions for the different oligomers.

Raman spectroscopy also allows investigation of the interaction mechanism between the molecules and SWNTs. In this study, excitation with a 488 nm laser line is resonant with the absorption of the 6T peapod. Charge transfer from the excited state of the molecule to the SWNT, if present, should result in the presence of radical cations of 6T (6T⁺). This cation has been studied by Raman spectroscopy and was shown to give rise to a large downshift from 1459 to 1440 cm⁻¹,[29] which was not observed in the Raman spectra of our peapods. Moreover, charge transfer between a molecule and SWNTs always results in a shift of the G-band and an RBM intensity reduction.[19] Again, such effects were not observed, which evidences that charge transfer does not occur in this peapod.[30] In addition, a new and symptomatic peak is detected at 1504, 1501, and 1499 cm⁻¹ for 4T, 5T, and 6T peapods, respectively. Assuming that encapsulated oligothiophene molecules are not charged, the intermolecular interaction and the constraint from the tube wall account for these spectral shifts.
2.4. Photophysics of Peapods

In view of the possibility of using peapods as active material for optoelectronic devices, the investigation of the optical properties of the nanohybrids is crucial. Figure 5 depicts the photophysics of the three peapods. Visible PL emission from the encapsulated molecules is observed in all the samples. It is important to underline that all the peapods have been extensively washed from the conjugated molecules adsorbed on the external walls. The effectiveness of the washing procedure (>12 h vacuum washing) is proven by the negligible PL emission of the washing solution (Supporting Information, Figure 2), which testifies that the visible emission originates from the encapsulated molecules. Figure 5a, c, and e show the PL excitation spectra of the peapods together with the corresponding molecules in diluted solution. The detection wavelength was set at 550, 520, and 490 nm for 6T, 5T, and 4T peapods, respectively. All the excitation spectra show that...
while the main features of the solution and peapod spectra are superimposed, the high-energy region of the peapod spectrum is always more pronounced. Such differences most probably indicate either mixing of high-energy states or energy transfer to the encapsulated molecules. The insets of Figure 5b, d, and f show the PL spectra of the peapods and of the isolated molecules. The peapods always exhibit less-resolved features compared to those of the molecules. There are several possible explanations for such variation. First, the dielectric constant of the solvent for oligothiophene molecules in solution ($\varepsilon_{\text{solvent}} \approx 38$) is much larger than that of the microenvironment of the encapsulated molecules ($\varepsilon_{\text{carbon}} = 3$). Second, the interaction of the molecules with the SWNT walls or between neighboring molecules in this highly confined system could also have an impact on the PL spectra. The optical properties of oligothiophenes, particularly 6T,
are very sensitive to their supermolecular interaction,\cite{31,32} and different physical dimers can lead to large differences in the absorption and PL spectra.\cite{33} However, the differences between the PL spectra of our peapods and those of the corresponding molecules cannot be interpreted in terms of dimer formation. This supports the assumption that the overall optical properties are more influenced by the interaction between the encapsulated molecules and the SWNT walls than by intramolecular interactions. This finding is also in agreement with the AC-HRTEM measurements, thus proving that the encapsulated molecules show increased spatial affinity to the sidewall instead of to other molecules.

The results of time-resolved PL measurements are shown in Figure 5b,d,f. The PL lifetimes of the encapsulated molecules are always shorter than those of the isolated ones [563 (6T@SWNT) versus 813 ps (6T), 389 (5T@SWNT) versus 695 ps (5T), and 265 (4T@SWNT) versus 370 ps (4T)]. However, the reduction of the lifetime is limited to 30% of the intrinsic value, which indicates a rather efficient emission from the peapods. By considering the quantum yields (QYs) of the molecules in solution,\cite{34} it is possible to estimate the QY of the peapods to be 12.9% for 4T@SWNT, 19% for 5T@SWNT, and 30.5% for 6T@SWNT.

The PL quenching of the encapsulated molecules can be rationalized by the interaction with the SWNT cage. The PL lifetime of isolated semiconducting SWNTs is around tens of picoseconds and dominated by nonradiative processes.\cite{35} The PL quenching of the encapsulated molecules can be modulated due to the interaction with the external guest. This results not only in a positive binding energy,\cite{22} where the tube diameter is too small to accommodate the encapsulated molecules. The occurrence of energy transfer from the molecules to SWNTs can neither be excluded nor unambiguously proven at this stage.

The efficient light emission from encapsulated molecules inside SWNTs demonstrates remarkable potential for future material design. Similarly, emission from the inner tube of double-walled carbon nanotubes (DWNTs) has been reported. The photophysical properties of the inner tube, such as PL spectra and/or fluorescence lifetime, were observed to be modified due to the interaction with the external tube.\cite{36,37}

### 2.5. Electronic Structure

The Kohn–Sham band structures of the hybrid systems with different thiophene oligomers as peas are depicted in Figure 6, and demonstrate the dependence on the molecular length. The electronic states stemming from 2T, 4T, 6T, and polythiophene (pT) are highlighted in violet, blue, red, and green, respectively, while gray lines represent the bands originating from the tube, while the colored lines mark the levels arising from the molecule or polymer.
a thiophene ring. The second difference is seen in the band alignment. Compared to the SWNT with one pT chain inside, the polymer bands are here found to be somewhat higher in energy.

Generally, one can conclude that the electronic structure of oligothiophene peapods highlights the weak vdW-like bonding between the two pristine systems. In all energetically stable cases we have studied, we find that the electronic states stemming from different subunits of the peapod change neither dispersion nor bandgap. In fact, the band structure of the combined system always appears like a mere superposition of the respective constituents’ bands. The mechanism behind the alignment is discussed elsewhere.\[40\] This situation impressively supports the findings from Raman spectroscopy that basically no charge transfer occurs between pea and pod.

3. Conclusion

In summary, we have synthesized and fully characterized nanohybrids with tunable electronic structure and emission in the visible range by the encapsulation of a series of oligothiophenes in SWNTs. Visible PL can be observed from all the peapods with QYs up to 30%. The configuration and kinetics of the encapsulated molecules inside the SWNTs are demonstrated by AC-HRTEM, which shows two arrays of molecules parallel to the SWNT walls. DFT calculations demonstrate vdW interaction as the bonding mechanism between the tube and the encapsulated molecule. This is reflected in the electronic structure as well as in the measured Raman spectra. Only for small tubes is a considerable tube distortion and charge transfer predicted. Interaction between pea and pod seems to exist, however, in the excited state as evidenced by optical measurements. The hybrids investigated here exhibit exciting properties which could fulfill many demands for the design of nanomaterials and, hence, are expected to play a role in future nanophotonic device applications.

4. Experimental Section

Sample Preparation Instruments: For low-power sonications a 150-W ultrasonic cleaning bath, operating at 45 kHz, was used, while for high-power sonications a 600-W ultrasonic processor equipped with a titanium micropip was employed. An IEC CL10 centrifuge (Thermo Electron Corporation) was utilized for all procedures.

Purification of SWNTs: SWNTs purchased from NanoCarlab (SWNT purity: 70–80 wt%, diameter: 1.2–1.4 nm, length: 1–5 μm, batch NCL K68) were heated at 1100 °C under 10⁻⁶ Torr to remove the carboxylic groups that could prevent the encapsulation of molecules. In detail, SWNTs (80 mg) were placed in a quartz tube (inside diameter I.D. = 5 mm, length L = 150 mm), which was brought to 10⁻⁶ Torr and sealed. The quartz tube was heated at 1100 °C for 1 h and then allowed to reach room temperature slowly.

Encapsulation of Oligothiophenes: Oligothiophenes were purchased from Tokyo Chemical Industry (TCI). Purification of 2,2‴:5′,2‴-quaterthiophene (4T) was achieved according to Papagni et al.\[41\] To this extent, 4T (30 mg) was purified by column
chromatography with silica gel activated coal (20:1, 10 g) as stationary phase and toluene as eluent. The yellow residue obtained after removing the solvent at reduced pressure was sublimated at 0.05 Torr and 140 °C affording a pure sample of 4T.

Purified 4T (6.1 mg) and annealed SWNTs (5.3 mg) were suspended in chloroform (0.5 mL) and placed in a quartz tube (I.D. = 5 mm, L = 150 mm). The solvent was removed by heating and the quartz tube was brought to 10 °C after the third washing stage as 4T@SWNT.

The washing procedure was thoroughly followed by subjecting the washing solutions to fluorescence analysis (see Supporting Information). We will henceforth refer to the black powder obtained after the third washing stage as 4T@SWNT.

For the HRTEM measurements a suspension of 5T@SWNT and 6T@SWNT, respectively, was recorded by a Hamamatsu streak camera working in synchroscan mode. The decays were fitted using a single exponential decay function. All measurements were performed at room temperature and the spectra were calibrated for the instrumental response.

Supporting Information

Supporting Information is available from the Wiley Online Library or from the author.

Acknowledgements

This work was carried out within the framework of NanoSci-ERA (a consortium of national funding organizations within the European Research Area), project Nano-Hybrids for Photonic Devices (NaPhoD). M.A.L. and J.G. acknowledge the financial support of Technologiestichting STW. C.A.-D. and C.H. appreciate funding from the Austrian Science Fund, projects I107 and I108. E.M. wishes to thank MIUR (contracts RBF08BDU06 and 2008MN275S) and the University of Padova (“Progetto Strategico” HELIOS, prot. STPD08RC0) for funding. E.M., P.B., and P.S. thank Prof. Moreno Meneghetti for helpful discussions.

Electronic Interactions of Oligothiophenes Encapsulated in Carbon Nanotubes


Received: February 12, 2011
Revised: March 16, 2011
Published online: May 4, 2011